# N on linear O ptical R esponse Functions of M ott Insulators B ased on D ynam ical $M$ ean $F$ ield A pproxim ation 

Takanobu Jujo<br>G raduate School of M aterials Science, N ara Institute of Science and Technology, Ikom a, N ara 630-0101<br>(R eceived A pril 2, 2024)

W e investigate the nonlinear optical susceptibilities of $M$ ott insulators $w$ ith the dynam icalm ean eld approxim ation. The two-photon absorption (TPA) and the third-harm on ic generation (THG) spectra are calculated, and the classi cation by the types of coupling to extemal elds show s di erent behavior from conventional sem iconductors. The direct transition term s are predom inant both in the TPA and TH G spectra, and the im portance oftaking all types of interaction $w$ th the extemal eld into account is illustrated in connection w ith the THG spectrum and dc Kerre ect. The dependences of the TPA and THG spectra on the C oulom b interaction indicate a scaling relation. W e apply this relation to the quantitative evaluation and obtain results com parable to those of experim ents.

KEYW ORDS: nonlinear optics, tw o-photon absorption, third-harm onic generation, dynam ical $m$ ean eld, electron comelation, $M$ ott insulator

## 1. Introduction

Severalnonlinear optical responses have been observed in M ott insulators; the tw o-photon absonption (TPA), ${ }^{1,2}$ the third-harm onic generation (THG) 3,4 and the electrore ectance spectroscopy ${ }^{5}$ A notable point is that quasione-dim ensional (1D) M ott insulators show large nonlinear resp onses in these $m$ easurem ents, com pared w th those of conventional sem iconductors. On the other hand $m$ agnitudes of nonlinear responses in two-dim ensional (2D) system $s$ are com parable to those of conventional sem iconductors, and then the dim ensionality dependence of nonlinear susceptibilities has also attracted attention in M ott insulators. ${ }^{2,4} \mathrm{H}$ ow ever this does not $m$ ean that the 2 D system does not need an explanation, because the origins of the optical gap in the band insulators and M ott insulators are di erent from each other and the theory ofconventional sem iconductors does not apply to $M$ ott insulators. T here exists detailed com parison betw een experim ents and theory in conventional sem iconductors. ${ }^{6}$ By contrast, optical nonlinearities in M ott insulators have not yet been understood to that level.

In the previous paper we derived the general form ulation of the nonlinear optical susceptibility based on G reen's function, and applied this to a calculation of the TPA spectrum of antiferrom agnetic insulators w th the H artree Fock approxim ation. ${ }^{7}$ The dim ensionality de-

E m ail address: ju jo@ m s.aist-nara.ac.jp
pendence of nonlinear susceptibilities w as investigated and a sem iquantitative estim ation was $m$ ade there. $T$ his calculation fails to include the dam ping e ect, and the divergence arises at the band edge. This m akes a quantitative estim ation di cult and it is done w th the averaged spectrum . (T he dam ping e ect is also im portant due to the experim ental fact that the response tim e of $M$ ott insulators is very fast. ${ }^{1}$ ) O ther approaches on nonlinear optical responses have been $m$ ade $w$ ith use of the num erical diagonalization $m$ ethod on $s m$ all-sized system $\mathrm{s}^{8}$. This calculation consists of the discrete levels and dipole m om ents betw een them, and requires an arti cial damping term. A though the qualitative reproduction of the di$m$ ensionality dependence is $m$ ade $w$ ith this $m$ ethod, even rough estim ation of $m$ agnitudes of nonlinear susceptibilities is not attem pted.

In this paper we study nonlinear susceptibilities of $M$ ott insulators w ith the dynam ical $m$ ean eld approxim ation on the basis of the general form ulation developed in ref. The damping e ect is naturally included within this method. W e calculate the THG spectrum and dc Kerre ect as well as the TPA spectrum. It is shown that the direct transition term predom inates in the TPA and THG spectra. This is not the case in the dc Kerr e ect, but all types of processes are im portant in the sam e degree to form the oscillating structure. The scaling relations of the optical resp onses are derived, and the linear and non linear resp onses are proportional to the inverse of the square and the fourth pow er of the energy gap, respectively. A coording to this relation we obtain quantitative results of the TPA and THG spectra, which is com parable to experim ents in the case that the value of the $C$ oulom $b$ interaction is som ew hat larger than that of the bandw idth.
$W$ e present our form ulation for calculation in $x 2$, and the results are show $n$ in $x 3$. Several vertex corrections to the nonlinear susceptibilities are considered in A ppendix. W e set $\sim=$ $c=1$ and the electric charge e is not written explicitly. These are restored in quantitative calculations.

## 2. Form ulation

Firstly we show how the $M$ ott insulating state is described in our calculation. W e apply the dynam icalm ean eld approxim ation (D M FA) to the single-band H ubbard m odel,

$$
\begin{equation*}
H={\underset{\langle i j>}{X}}^{X} t_{i j}\left(c_{i}^{y} c_{j}+c_{j}^{y} c_{i}\right)+U_{i}^{X} n_{i n} n_{i \#}: \tag{1}
\end{equation*}
$$

( $t_{i j}$ is the transfer integral and $U$ indicates the on-site $C$ oulombinteraction.) $W$ e do not use the notation theory' which is usually used in the dynam icalm ean eld theory (D M FT), but adopt approxim ation' because we do not consider the lim it of the dim ensionality $d$ ! 1 . $T$ his im plies the follow ing. In D M F T the e ective single-site action,

$$
\begin{equation*}
S_{e}=d_{0}^{Z} d^{Z} 0^{X} c^{y}() G^{1}\left(\quad{ }^{0}\right) c\left({ }^{0}\right)+U_{0}^{Z} d n_{n}() n_{\#}() \tag{2}
\end{equation*}
$$

is derived in the large dim ension $\lim$ it, $d!1.9(=1=T$ and $T$ is the tem perature.) In our case we use this e ective action in arbitrary lattice system s . This m eans we neglect the higher-order term s of the transfer integral other than the rst term of $\mathrm{S}_{\mathrm{e}} . \mathrm{Th}$ is is the reason why we use D M FA instead ofD M F T. In this case we do not need to scale the transfer integral by the factor of $1=\bar{p} \bar{d}$.

O ther processes in the calculation are the sam e as in D M FT.T he self-energy is calculated $w$ th $S_{e}$ as the functional of $G_{0}$, $\left[G_{0}\right]$. The $W$ eiss function $G_{0}$ is calculated by the follow ing relation,

$$
\begin{equation*}
G_{0}^{1}(n)=i_{n}+0 \quad G^{(0)}(n) \tag{3}
\end{equation*}
$$

and
w th G reen's function,

$$
\begin{equation*}
G_{k}(n)=\frac{1}{i_{n} \quad{ }_{k}+\quad(n)}: \tag{5}
\end{equation*}
$$

(Here $n=T(2 n \quad 1)$ and $n$ is integer.) These functions are self-consistently determ ined, and the chem ical potential , 0 is xed by the condition, $n[G]=n\left[G_{0}\right]=1=2$ (this sets the system to be half- lled). We m ake another approxim ation to solve $S_{e} . W$ e calculate the self-energy w ithin the second order perturbation, ${ }^{10}$

$$
\begin{equation*}
(\mathrm{n})=\quad U^{2} \mathrm{~T}^{2}{ }_{\mathrm{n}^{0} ; 1}^{X} G_{0}\left(\mathrm{n}^{0}\right) G_{0}\left(\mathrm{n}^{0}+!_{1}\right) G_{0}\left(\mathrm{n} \quad!_{1}\right): \tag{6}
\end{equation*}
$$

W e use the follow ing dispersion relation,

$$
\begin{equation*}
k=2 t\left(\operatorname{cosk}_{x}+\operatorname{cosk}_{y}\right)+4 t^{0} \operatorname{cosk}_{x} \operatorname{cosk}_{y}: \tag{7}
\end{equation*}
$$

In num erical calculations below we put $t=1$ and $x$ the next-nearest-neighbor hopping $t^{0}=0.2$ (results do not change if we vary $t^{0} m$ oderately). We vary as the dim ensionality param eter from the $2 \mathrm{D}=1: 0$ to the quasi $1 \mathrm{D}=0: 1$.
$N$ ext we present the form ulation of the nonlinear optical response functions. The thirdorder nonlinear susceptibility is determ ined by,

$$
\begin{equation*}
{ }^{(3)}\left(!;!_{1} ;!_{2}\right)=\frac{\mathrm{K}^{(3)}\left(!;!^{0} ;!^{\infty}\right)}{!!_{1}!_{2}!_{3}} \text { : } \tag{8}
\end{equation*}
$$

(T he de nitions of ${ }^{(3)}$ and $K{ }^{(3)}$ are given in ref. ${ }^{7}$ ) H ere, ! $=!_{1}+!_{2}+!!_{3},{ }^{0}=!_{2}+!_{3}$ and $!{ }^{\infty}=!_{3} \cdot!_{1},!_{2}$ and $!_{3}$ are frequencies of the extemal elds and take di erent values depending on variousm ethods ofm easurem ents. $K^{(3)}$ is classi ed by the types of the coupling to the extemal elds as follow s,

$$
\begin{equation*}
K^{(3)}\left(!;!^{0} ;!^{\infty}\right)=K_{<j 4>}^{(3)}+K_{<j 3>}^{(3)}+K_{<j 2>}^{(3)}: \tag{9}
\end{equation*}
$$

Each term is w ritten as,

$$
\begin{align*}
& K_{<j 4>}^{(3)}=\frac{2}{3!} X_{k}^{Z} \quad \frac{d}{2} V_{k}^{4} X_{i ; j>}\left(G_{a}^{R} G_{i}^{R} G_{j}^{R} T_{b}+G_{a}^{R} G_{i}^{R} T_{j} G_{b}^{A}+G_{a}^{R} T_{i} G_{j}^{A} G_{b}^{A}+T_{a} G_{i}^{A} G_{j}^{A} G_{b}^{A}\right) ;  \tag{10}\\
& K_{<j \gg}^{(3)}=\frac{2}{3!}{ }_{k}^{X} \frac{d}{2} \frac{@ v_{k}}{@ k} v_{k}^{2}\left[{ }_{i}^{X}\left(G_{a}^{R} G_{i}^{R} T_{b}+G_{a}^{R} T_{i} G_{b}^{A}+T_{a} G_{i}^{A} G_{b}^{A}\right)+{ }_{j}^{X}\left(G_{a}^{R} G_{j}^{R} T_{b}+G_{a}^{R} T_{j} G_{b}^{A}+T_{a} G_{j}^{A} G_{b}^{A}\right)\right. \\
& \left.+\quad \mathrm{X}\left(G_{i}^{R} G_{j}^{R} T_{b}+G_{i}^{R} T_{j} G_{b}^{A}+T_{i} G_{j}^{A} G_{b}^{A}\right)\right] ; \\
& \text { <i;j> } \tag{11}
\end{align*}
$$

and

$$
\begin{align*}
K_{<j 2>}^{(3)}= & \frac{2}{3!} X_{k}^{Z} \frac{d}{2}\left[\frac{@ v_{k}}{@ k}{ }^{2 X} \quad\left(G_{i}^{R} T_{b}+T_{i} G_{b}^{A}\right)+\frac{@^{2} V_{k}}{@ k^{2}} V_{k}^{X}{ }_{j}^{X}\left(G_{j}^{R} T_{b}+T_{j} G_{b}^{A}\right)\right.  \tag{12}\\
& \left.+\frac{@^{2} v_{k}}{@ k^{2}} v_{k}\left(G_{a}^{R} T_{b}+T_{a} G_{b}^{A} \quad G_{b}^{R} T_{b} \quad T_{b} G_{b}^{A}\right)\right]:
\end{align*}
$$

Here $G_{x}^{R ; A}=G_{k}^{R ; A}\left(x_{x}\right)$ ( $R$ and $A$ m ean the retarded and advanced, respectively), $T_{x}=$ $\tanh \left({ }_{x}=2 T\right) \operatorname{Im} G_{k}^{R}\left(x_{x}\right)$ and $V_{k}=@_{k}=@ k_{x}=+!_{x}$ and $!_{a}=!_{1}+!_{2}+!_{3},!_{b}=0$, $!_{i}=!_{1}+!_{2},!_{1}+!_{3}$ or $!_{2}+!_{3},!_{j}=!_{1},!_{2}$ or $!_{3}$. The diagram $m$ atic representations are given in $F$ ig. 1 of ref. ${ }^{7}$; Fig. 1 (a), (b) and ( $\left.c, d, e\right)$ for $K_{<j 4>}^{(3)}, K_{<j 3>}^{(3)}$ and $K_{<j 2>}^{(3)}$, respectively. In this form ulation vertex corrections are om tted, and these are discussed in A ppendix.
3. R esults

### 3.1 T he analysis of spectrum

T he num erical results show $n$ below are calculated w ith eqs. $(10,11,12)$. T he vertex corrections are not included, which are sm all com pared to these term $s$ as indicated in A ppendix.

The decomposition of $\operatorname{Im} K^{(3)}$ to $\operatorname{Im} K_{<j 4>}^{(3)}$, $\operatorname{Im} K_{<j 3>}^{(3)}$ and $\operatorname{Im} K{ }_{<j 2>}^{(3)}$ in the case of the TPA spectrum $\left(!_{1}=!_{2}=!_{3}=!\right)$ is shown in $F$ ig. 1. (We $x$ the tem perature $T=0: 036$ hereafter, and this param eter is not considered to be im portant because of ! ; U ; t T.) The predom inanœe of $K_{<j 2>}^{(3)}$ over $K_{<j 4>}^{(3)}$ and $K_{<j 3>}^{(3)}$ is peculiar to $M$ ott insulators, in contrast $w$ th conventional sem iconductors where $K_{<j 2>}^{(3)}$ vanishes except for the self-transition. 11,12 The existence of $K_{<j 2>}^{(3)}$ in the TPA spectrum depends on the origin of the gap, ${ }^{7}$ and the di erence in $m$ agnitude of three $\operatorname{Im} K^{(3)}$ is understood by writing expressions explicitly as follow s.
$\operatorname{Im} K_{<j 4>}^{(3)}(!; 0 ;!)=\frac{4}{3}_{k}^{X} \quad \frac{d}{2} V_{k}^{4}\left[\tanh \frac{!}{2 T} \quad \tanh \frac{+!}{2 T} \quad I+!R I \quad R\right.$

$$
\begin{equation*}
\left.+\tanh \frac{+!}{2 T} \quad \tanh \frac{}{2 T} \quad I+!(I+!I \quad R+!R \quad R+2!R+!\quad R R \quad!)\right]: \tag{13}
\end{equation*}
$$



Fig. 1. The decom position of $\operatorname{Im} K^{(3)}$ in the case of the TPA spectrum. $\mathrm{U}=12$ and $=0.2$ 'sum' indicates the sum of three term $s$.

$$
\begin{align*}
& \operatorname{Im} K \underset{<j 3>}{(3)}(!; 0 ;!)=\frac{4}{3}_{k}^{X} \quad \frac{d}{2} \frac{@ v_{k}}{@ k} v_{k}^{2}\left[\tanh \frac{!}{2 T} \quad \tanh \frac{+!}{2 T} \quad I+!R I \quad!\right.  \tag{14}\\
& +\tanh \frac{\left.\tanh \frac{+!}{2 T} I+!I(R+!+R+R+2!=2+R \quad!=2)\right]: ~}{2 T} \\
& \operatorname{Im} K_{<j 2>}^{(3)}(!; 0 ;!)=\frac{1}{3}_{k}^{X^{Z}} \frac{d}{2}\left[\frac{@ V_{k}}{@ k}{ }^{2} \tanh \frac{!}{2 T} \quad \tanh \frac{+!}{2 T} \quad I+!I \quad!\right.  \tag{15}\\
& \left.+2 \frac{\varrho^{2} \mathrm{~V}_{\mathrm{k}}}{@ \mathrm{k}^{2}} \mathrm{~V}_{\mathrm{k}} \quad \tanh \frac{-}{2 \mathrm{~T}} \quad \tanh \frac{+!}{2 \mathrm{~T}} \quad \mathrm{I}+!\mathrm{I}\right]:
\end{align*}
$$

Here $I=\operatorname{ImG}{ }_{k}^{R}()$ and $R=\operatorname{ReG}_{k}^{R}()$. We consider the case of ! , $U=2$ in the TPA spectrum . These expressions indicate that the second term $s$ of these three equations are sm all due to the factor $I+!I=\operatorname{Im} G_{k}^{R}(+!) \operatorname{Im} G_{k}^{R}()$. (If one of $I^{R} G^{R}$ takes large values, the other has sm all values ow ing to the absence of the spectrum .) Then we consider the rst term $s$ in these expressions. The existence of $R$ is the reason for the sm allness of $K_{<j 4>}^{(3)}$ and $K \underset{<j 3>}{(3)}$ compared $w$ ith the direct transition term $K_{<j 2>}^{(3)}$. The form er two cases inchudes virtually excited states in the optical process, and $R$ expresses this excitation. A lthough $\mathrm{I}+!\mathrm{I}$ ! $=\operatorname{Im} \mathrm{G}_{\mathrm{k}}^{\mathrm{R}}(+!) \operatorname{Im} \mathrm{G}_{\mathrm{k}}^{\mathrm{R}}(\quad$ !) can take large values around $\quad, 0, R$ is roughly proportional to $1=U$ in this region and is $s m$ all. $T$ his explains results of $F i g .1$.

The decom position of ${ }^{(3)}$ to $K_{<j 4>}^{(3)}, K_{<j 3>}^{(3)}$ and $K_{<j 2>}^{(3)}$ in the case of the THG spectrum
 the sam e as the case of the TPA spectrum, and the reason for this is also the sam e. (H ere we consider the case of! ' $U=3$.) If we write the expressions of $K{ }^{(3)}$ explicitly, we can nd that the factor like $\operatorname{Im} G_{k}^{R}(+3!) \operatorname{Im} G_{k}^{R}()$ exists in $K_{<j 2>}^{(3)} . T$ hen $K_{<j 2>}^{(3)}$ takes larger values than the other two term $s$, which include the nonresonant $R$ term. In the THG spectrum the existence of the real part $R e{ }^{(3)} \mathrm{m}$ akes it inevitable to calculate all three term s of $\mathrm{K}^{(3)}$ consistently,


Fig. 2. The decom position of (a) the real and (b) im aginary part of $K{ }^{(3)}$ in the case of the THG spectrum. $\mathrm{U}=12$ and $=0: 2$. 'sum'indicates the sum of three term s.

 are calculated with $K_{<j 4>}^{(3)}, K_{<j 3>}^{(3)}$ and $K_{<j 2>}^{(3)}$, respectively. 'all means $j{ }_{<j 4>}^{(3)}+\underset{<j 3>}{(3)}+\underset{<j 2>}{(3)} j$. $\mathrm{U}=12$ and $=0.2$.
especially for sm all ! . If we calculate $j_{T H G}^{(3)} j$ only with $K_{<j 4>}^{(3)}, K_{<j 3>}^{(3)}$ or $K_{\text {< }}^{\text {(32> }}$ (3) separately, each of $j \underset{<j 4 ; j 3 ; j 2>}{(3)} j$ diverges at $s m$ all! as shown in $F i g$. 3 . The cancellation am ong three $K_{<j 4 ; j 3 ; j 2>}^{(3)}$ occurs at sm all! , and we obtain convergence only if the sum $m$ ation of these three term $s$ is taken. ( $T$ his cancellation is the nonlinear analogue of that betw een the param agnetic and diam agnetic term $s$ in the linear response. It is una ected by vertex corrections ow ing to the absence of the $m$ om entum -dependence in the self-energy.) $T$ his show $s$ the im portance of taking all three term $s$ into account. T he convergent behavior is related to that of the $D$ rude weight, which is de ned as $\mathrm{D}:=1 \mathrm{Im}$ i! 0 ( is the conductivity) and $\mathrm{D}=0$ for T ! 0 in insulators. ${ }^{13}$ The nonlinear correction is written as $\operatorname{Im}{ }^{(3)}=\operatorname{ReK}^{(3)}=!{ }^{3}$. Therefore the nonlinear correction to the D rude weight would be divergent if $\mathrm{ReK}{ }^{(3)}$ took nite values.


Fig. 4. The decom position of $\operatorname{Im} \mathrm{K}^{(3)}(!; 0 ;!) . \quad!=0: 05, \mathrm{U}=12$ and $=0.2$. 'sum $^{\prime}$ indicates the sum of three term $s$ and the inset show $s$ th is result separately because of the di erence in scales.
(Strictly speaking, the term which is proportional to $\exp \left(\mathrm{E}_{\mathrm{g}}=\mathrm{T}\right)$ ( $\mathrm{E}_{\mathrm{g}}$ is the energy gap) rem ains as in the linear response, but this is vanishingly $s m$ all for $\mathrm{E}_{\mathrm{g}} \quad \mathrm{T}$. )

The decom position of $\operatorname{Im} K^{(3)}$ to $\operatorname{Im} K_{<j 4>}^{(3)}$, $\operatorname{Im} K_{<j 3>}^{(3)}$ and $\operatorname{Im} K{ }_{<j 2>}^{(3)}$ in an approxim ate case of the dc $\mathrm{Kerr} \operatorname{e}$ ect $\left(!_{1}=!,!_{2}=!_{3}=!\right)$ is shown in Fig . 4. (It should be
! ! 0, but we apply the nite di erence to ${ }^{(3)}=K^{(3)}=\left(!^{2}!^{2}\right)$.) In contrast to the above tw o cases, all of $K_{<j 4>}^{(3)}, K_{<j 3>}^{(3)}$ and $K_{<j 2>}^{(3)}$ contributes to $K^{(3)}$ in the sam e degree. The reason for this is that $R e G_{k}^{R}()$ does not necessarily locate at the nonresonant state, which is understood by writing the set of frequencies; $\left(!{ }_{i} ;!j\right)=(0 ;!),(0 ;!),(!+!$; ! $)$, $(!+!;!),(!\quad!;!),(!\quad!;!)$. As shown in the inset the sum $m$ ation of these three term $s$ is $s m$ aller than each of them by tw o orders of $m$ agnitude. A $l l$ these term $s$ are required to reproduce the characteristic oscillating structure sim ilar to that observed in the electrore ectance spectroscopy.

It is known that sum rules hold in the nonlinear response. ${ }^{14,15}$ The relation,
 part of the com plex dielectric function. Ifw e treat the above three term sofK ${ }^{(3)}$ separately, we will violate this relation. The appearance of the oscillating structure in the dc K err e ect as show $n$ above is another exam ple of the necessity to consider all these term s in $\mathrm{K}{ }^{(3)}{ }^{\left(!{ }^{0}=\right.}$ ! in this case). A previous calculation do not take these term $s$ into account properly. ${ }^{16}$ They neglect the predom inant term $K_{<j 2>}^{(3)}$, and also fail to treat the divergence at sm all frequency region carefiully in a calculation of the real part of ${ }_{\text {THG }}^{(3)}$
3.2 T he dependences of nonlinear susceptibilities on the C oulom b interaction
$W$ e show the dependences of the nonlinear susceptibilities on $U=t, U=W$ and . (H ere $W$ is the bare bandw idth and is a function of $t^{0}$ and.) The dependence of the integral of the linear absonption spectrum $\left(==^{R}\right.$ ! Im $\left.{ }^{(1)}(!) d!\right)$ on $t=U, W=U W$ th several values


Fig. 5. The dependence of $={ }^{R}$ ! Im ${ }^{(1)}$ (! )d! on $t=U$. The inset show $s$ the dependence of the sam $e$ quantities on $W=U$.
of is shown in $F$ ig. 5. ( $T$ he value of $U$ at which the $M$ ott transition occurs depends on , and these are $U$ ' $9: 1 ; 9: 2 ; 10: 2 ; 13: 1$ for $=0: 1 ; 0: 2 ; 0: 5 ; 1: 0$, respectively.) The relation / $1=U$ holds, which is consistent $w$ ith the sum rule for the linear absonption ${ }^{17}$ If we put the lattice constant $a=5 \mathrm{~A}$ and $\mathrm{U}=2 \mathrm{eV}$ ( T he reason why we take this value is that the linear absorption spectrum in experim ents peaks around this energy and in our sim ple model the spectrum alw ays has the peak around U.), we get ${ }^{(1)}$ jieak ${ }^{\prime}$ 0:98;0:76 $10^{5} \mathrm{am}^{1}$ at $\mathrm{U}=13: 5$ for $=0: 1 ; 1: 0$, respectively (here ${ }^{(1)}(!)=4!\operatorname{Im}{ }^{(1)}(!)=\mathrm{c}$ and c is the velocity of light which is w ritten explicitly for the quantitative estim ation). These are alm ost com parable to the results ofexperim entswhich are ${ }^{(1)}$ peak ${ }^{\prime} 4 ; 1 \quad 10^{5} \mathrm{~cm}^{1}$ in quasi1D and 2D system s , respectively. ${ }^{2}$ The relation ! Im (1) / $1=\mathrm{U}$ indicates that we expect a m oderate enhancem ent of (1) for $s m$ aller $U$.

The dependences of the peak of the TPA spectrum ( $\operatorname{Im}_{\text {TPA }}^{(3)} m$ ultiplied by !) on $t=U$ and $\mathrm{W}=\mathrm{U}$ are shown in F ig. 6. The relation ! Im $\underset{\mathrm{TPA}}{(3)} 1=\mathrm{U}^{3}$ holds approxim ately. (It deviates slightly from $1=U^{3}$ for $s m$ aller $U$, and the results are rather proportional to $1=U{ }^{3: 5}$. This is because the peaks of the TPA spectrum shift to lower energies.) If we put the lattioe constant $\mathrm{a}=5 \mathrm{~A}$ and $\mathrm{U}=2 \mathrm{eV}$, we get $\operatorname{Im} \underset{\text { TPA }}{(3)}$, $0: 0155 ; 0: 0133 \quad 10^{9}$ esu at $\mathrm{U}=13: 5$ for



The dependences of the peak of the THG spectrum on $t=U$ and $W=U$ are shown in $F i g .7$. The relation $j_{T H G}^{(3)} j / 1=U^{4}$ holds. If we set param eters same as above to evaluate $j_{T H G}^{(3)} j$ quantitatively, we get $\mathrm{j}_{\mathrm{THG}}^{(3)} j^{\prime} 0: 0217 ; 0: 0162 \quad 10^{9}$ esu at $\mathrm{U}=13: 5$ for $=0: 1 ; 1: 0$, respectively. If we assum e that the relation $j_{\mathrm{THG}}^{(3)} \mathrm{j}^{(3)} 1=\mathrm{U}^{4}$ holds for sm aller U , we w ill obtain $j_{T H G}^{(3)} j^{\prime} 1: 0 ; 0: 1 \quad 10^{9}$ esu, at $U=5: 18, \quad=0: 1$ and $U=8: 56,=1: 0$, respectively.

T hese results indicate that the dependence of the susceptibility on is rather weak, at

 tities on $W=U$.

 on $W=U$.
least $w$ th $t=U \quad x e d . O n$ the other hand it is strongly dependent on in the case of $W=U \quad$ xed, and this is because the bandw idth $W$ is a function of .T he experim ental results indicate that
(3) $1: 0 ; 0: 1 \quad 10^{9}$ esu for quasi1D and 2D system S , respectively. ${ }^{2,4}$ O ur calculation show S that it is possible to obtain ${ }^{(3)}$ com parable to those of experim ents in the case of $U \& W$ (actually $W=4: 4$ and 8:0 for $=0: 1$ and 1:0, respectively). H ow ever this is based on the condition that we can extrapolate scaling relations for $s m$ aller $U$, and we discuss this point in $x 4$. We nd that the dependences of on $t$ is weak $w$ th the m oderate variation of $t^{0}$.

In experim ents the nonlinear susceptibility in the quasi1D system is one order ofm agnitude larger than that in the 2D system. O ur result does not show so much di erence betw een
$=0: 1$ and $=1: 0 \mathrm{w}$ th $\mathrm{xed} t=\mathrm{U}$. A though the im provem ent should be done on DM FA especially in quasi1D system $s$, this is partly explained by the behavior of the density of states,


Fig. 8. The density of states $(\quad)=P_{k} \operatorname{Im}_{k}^{R}()=w$ ith several values of $U$ and .


Fig. 9. (a) $\operatorname{Im} \underset{T P A}{(3)}$ and (b) $j_{T H G}^{(3)} j w$ ith several values of $U$ and.
which is show $n$ in $F$ ig. 8. The experim ent on the linear absonption spectrum indicates that the band-edges of the spectrum are alm ost sam e in both system s . This m eans that the nonlinear susceptibilities to be com pared should have the sam e band-edge in the density of states. T herefore we com pare the nonlinear susceptibilities at $U=10: 5 ; \quad=0: 1$ and $U=13: 5 ; \quad=1: 0$ as an exam ple having such properties. The TPA and THG spectra are shown in Fig. 9. A ccording the scaling relation ${ }_{\text {TPA ; T H }}^{(3)} / 1=\mathrm{U}^{4}$, a slight change of U brings about large variations in the nonlinear optical susceptibilities. On the other hand the linear absorption spectrum does not change considerably because of (1) $/ 1=U^{2}$. C onsequently the ratio of (3) $j=0: 1$ to (3) $j=1: 0$ becom es m uch larger than that of ${ }^{(1)} j=0: 1$ to ${ }^{(1)} j=1: 0$, which resembles the observations in experim ents.

The scaling relation in sem iconductors show s that ${ }_{T P A}^{(3)} / \mathcal{I}=\mathrm{E}_{\mathrm{g}}^{4} \cdot{ }^{6,12} \mathrm{E}_{\mathrm{g}}$ is the energy gap.) A lthough this is sim ilar to our result, this does not $m$ ean that both $M$ ott insulators
and conventional sem iconductors obey the sam e scaling relation because the dom inant term $s$ in (3) are di erent between these $m$ aterials as $m$ entioned in x3.1. In spite of this fact, the di erence in the $m$ agnitude of the nonlinear susceptibility betw een these $m$ aterials is partly explained as follow s. For the low dim ensional system s the gap edge of the density of states is steeper than that of $m$ ore high dim ensional system $s$ as show $n$ in $F i g .8$. This enhances the m agnitude of the optical susceptibility in quasi 1D system $s$, com pared to that conventional sem iconductors.
4. Sum $m$ ary and D iscussion

W e calculate nonlinear optical su sceptibilities w ith D M FA on the basis of the general for$m$ ulation of nonlinear response developed in a previous paper. $T$ he direct transition term is predom inant in the TPA and THG spectra, which is contrary to conventional sem iconductors. $T$ his is because the transition to the nonresonant interm ediate states gives sm all contribution to ${ }^{(3)}$ due to the strong correlation. On the other hand the origin of the band gap in sem iconductors $m$ akes the direct transition negligible in (3). In spite of these facts our result show s that as a function of the energy gap the scaling relation in $M$ ott insulators behaves sim ilarly as that of conventional sem iconductors. A sem iquantitative evaluation of nonlinear susceptibilities is carried out and shows that results are com parable to those of experim ents on the condition that the value of the C oulom b interaction is som ew hat larger than the bandw idth. Themagnitude of $\operatorname{Im}{ }_{T P A}^{(3)}$ and $j_{T H G}^{(3)} j$ takes sim ilar values $w$ th each other, which is also indicated by experim ents. T hese are not clari ed in previous works for sm all system $s$ which are diagonalized num erically. T he scaling relation based on D M FA also show s that the sm aller $U$ is favorable to the larger ${ }^{(3)}$ as in the H artree Fock calculation, whidh is contrary to the scenario of a large optical nonlinearity based on the spin-charge separation. ( $T$ he spin-charge separation holds approxim ately and is preferred at large $U=t$. T he validity of the spin-charge separation as an explanation for the large optical nonlinearity can be judged partly from the dependence of ${ }^{(3)}$ on param eters like $U=t$.)

O ne of our conclusions is dependent on the assum ption that the scaling relation holds for $s m$ aller $U$. H ere we discuss on this point and a possible modi cation. Them ain reason why the relations (1) $/ 1=\mathrm{U}^{2}$ and ${ }_{\mathrm{TPA} ; \mathrm{THG}}^{(3)} / 1=\mathrm{U}^{4}$ hold is as follow s . By de nition (1) $/ 1=$ ! $^{2}$ and TPA;THG/ $1=!^{4}$. This leads to the above U-dependences on the condition that the $U$-dependences of $K^{(1)}$ and $K_{T P A ; T H G}^{(3)}$ are weak and the optical gap scales $w$ th $U$. The calculation here indicates that th is property holds at least $w$ ith in our approxim ation. H ow ever there is som e room for im provem ent $w$ th respect to the description of the $M$ ott insulator. T he $H$ ubbard $m$ odel is considered to have the $M$ ott transition at sm aller values of $U$ than those of a calculation presented here. This is the case especially in the modelw ith $=0: 0$, which is the 1D system and should be the $M$ ott insulator even as U! $0 .{ }^{18} \mathrm{~T}$ he im provem ent should be done on this point to exam ine the dim ensionality dependences and the scaling relation for
sm aller $U$ (for exam ple, an expansion to include $k$-dependence of the self-energy ${ }^{19}$ ).
A cknow ledgem ent
N um erical com putation in this work was carried out at the Yukaw a Institute C om puter Facility.

A ppendix: Vertex corrections
$T$ he correction to vertioes $V_{k}$ and $@^{2} V_{k}=@ k^{2}$ vanishes as in ref. ${ }^{20,21}$ ow ing to the inversion sym $m$ etry. O $n$ the other hand it is not know $n$ to w hat extent the correction to vertioes $@ v_{k}=@ k$ and $v_{k}^{2}$ contributes to ${ }^{(3)}$. The diagram $s$ and equations of this type of vertices are sim ilar to those off ig. 1 ( $f, g, h$ ) and x3 2 in ref. The vertex correction to the predom inant term in $K$ (3) is w ritten as ,
(A 1)
Here $\left(n_{n} ; n_{1}!{ }_{1}\right)$ is the reducible four-point vertex. If we consider the second-order perturbation term as an irreducible four-point vertex $I\left(n_{n} ; n^{0} ;!_{1}\right)$, it is wrilten as
 $\left.\left(!_{1}\right)=U^{2} T^{P}{ }_{k ; n} G_{k}\left(!_{1} \quad{ }_{n}\right) G_{k}\left({ }_{n}\right)\right)$. From the expression we anticipate that the vertex correction is $s m$ all in the case that the dependence of $I\left(!_{1}\right)$ on frequency is weak. It is because the particle-hole sym $m$ etry holds approxim ately. $T$ his can be veri ed by the num erical calculation which show sthat the vertex correction is sm aller than ordinary term sby tw o orders ofm agnitude.

In contrast to this, the nearest-neighbor interaction $(V)$ is considered to be im portant in optical resp onses because the excitons can be form ed by the nal-states interaction. T herefore we consider the vertex correction by the nearest-neighbor interaction. The form ulation is sim ilar to that of x3 2 in ref.' and we consider only the Fock term with this interaction. The vertex correction to the predom inant term $\operatorname{Im} K_{<j 2>}^{(3)}, \operatorname{Im} K_{<j 2>}^{(3)}$ itself and the sum $m$ ation of both term s of the TPA spectrum are shown in Fig . A 1 . The vertex correction shifts the spectrum to lower energy. This e ect is rather sm all com pared to that of antiferrom agnetic insulators $w$ th the $H$ artree Fock approxim ation because the dam ping $e$ ect is included in DM FA. A though the value of $\mathrm{V}=\mathrm{U}$ is not known $(\mathrm{V}=\mathrm{U} \boldsymbol{\prime} \quad 0: 22$ in Fig . A 1 is considered to be a large value), this type of the vertex correction will increase the values of ${ }^{(3)}$ of x3 2 in som e degree.


Fig. A 1. The vertex correction to $K_{T P A}^{(3)}$ by the nearest-neighbor C oulomb interaction $V$ with the Fock approxim ation. $\mathrm{U}=13: 5$ and $\mathrm{V}=3: 0 .{ }^{\prime} \mathrm{vc}^{\prime}$ and ' $\mathrm{no} \mathrm{VC}^{\prime} \mathrm{m}$ eans the vertex correction term and $\operatorname{Im} K_{T P A}^{(3)}$ w thout the vertex correction, and 'sum ' $m$ eans the sum $m$ ation ofboth term $s . T$ he vertical and horizontalaxes are scaled w ith three tim es and tw ioe values, respectively.
$R$ eferences

1) T. O gasaw ara, M .A shida, N .M otoyam a, H . E isaki, S.U chida, Y . Tokura, H . G hosh, A . Shukla, S . M azum dar and M . K uwata-G onokam i: P hys. Rev. Lett. 85 (2000) 2204.
2) M .A shida, Y .Taguchi, Y .Tokura, R .T .C lay, S.M azum dar, Y .P .Svirko and M .K uw ata-G onokam i: Europhys. Lett. 58 (2002) 455.
3) K . K ishida, M. O no, K . M iura, H. O kam oto, M. Izum i, T. M anako, M . K aw asaki, Y. Taguchi, Y . Tokura, T. Tohyam a, K . T sutsuiand S.M aekawa:P hys. Rev. Lett. 87 (2001) 177401.
4) M. O no, H . K ishida, H. O kam oto, T . M anako, M. Izum i, A. Saw a, M. K aw asaki and Y. Tokura: Synth. M et. 135-136 (2003) 313.
5) K . K ishida, H . M atsuzaki, H. O kam oto, T. M anabe, M. Yam ashita, Y. Taguchi and Y. Tokura: N ature 405 (2000) 929.
6) M . Sheik B ahae, D.J. H agan and E.W . Stryland: Phys. R ev. Lett. 65 (1990) 96.
7) T. Jujo: J. Phys. Soc. Jpn. 75 (2006) 104709.
8) Y.M izuno, K.T sutsui, T.Tohyam a and S.M aekawa:Phys. Rev.B 62 (2000) R 4769.
9) A. G eorges, G . K otliar, W . K rauth and M . J. R ozenberg: Rev. M od. Phys. 68 (1996) 13.
10) X.Y.Zhang, M . J. R ozenberg and G. K otliar: P hys. R ev. Lett. 70 (1993) 1666.
11) J.H.Yee: Phys. Rev.B 5 (1972) 449.
12) B.S.W herrett: J. Opt. Soc.Am.B 1 (1984) 67.
13) W . K ohn: Phys. Rev. 133 (1964) A 171.
14) K.E. Peiponen: J. Phys. C : Solid State P hys. 20 (1987) 2785.
15) F.Bassaniand S. Scandolo: Phys. Rev.B 44 (1991) 8446.
16) S.A. Jafari, T. Tohyam a and S.M aekaw a: J. Phys. Soc. Jpn. 75 (2006) 083706.
17) D. B aerisw Yl, J. C arm elo and A. Luther: P hys. R ev. B 33 (1986) 7247.
18) E.H.Lieb and F.Y.W u:Phys.Rev. Lett. 20 (1968) 1445.
19) T . M aier, M . Jarrell, T. P ruschke and M . H . H ettler: R ev. M od. Phys. 77 (2005) 1027.
20) A. K hurana: Phys. Rev. Lett. 64 (1990) 1990.
21) V. Z latic and B. H orvatic: Solid State C om m un. 75 (1990) 263.
